40 Gbps heterostructure germanium avalanche photo receiver on a silicon chip: supplement

DANIEL BENEDIKOVIC,1,* LÉOPOLD VIROT,2 ☭ GUY AUBIN,1 JEAN-MICHEL HARTMANN,2 FARAH AMAR,1 XAVIER LE ROUX,1 CARLOS ALONSO-RAMOS,1 ERIC CASSAN,1 DELPHINE MARRIS-MORINI,1 PAUL CROZAT,1 FRÉDÉRIC BOEUF,3 JEAN-MARC FÉDÉLI,2 CHRISTOPHE KOPP,2 BERTRAND SZELAG,2 AND LAURENT VIVIEN1

1 Université Paris-Saclay, CNRS, Centre de Nanosciences et de Nanotechnologies, 91120 Palaiseau, France
2 University Grenoble Alpes and CEA, LETI, 38054 Grenoble, France
3 STMicroelectronics, Silicon Technology Development, 38926 Crolles, France
*Corresponding author: daniel.benedikovic@universite-paris-saclay.fr

This supplement published with The Optical Society on 9 July 2020 by The Authors under the terms of the Creative Commons Attribution 4.0 License in the format provided by the authors and unedited. Further distribution of this work must maintain attribution to the author(s) and the published article’s title, journal citation, and DOI.

Supplement DOI: https://doi.org/10.6084/m9.figshare.12446102

Parent Article DOI: https://doi.org/10.1364/OPTICA.393537
This document provides supplementary information to the research article entitled "40 Gbps heterostructure germanium avalanche photo receiver on a silicon chip," [https://doi.org/10.1364/OPTICA.393537](https://doi.org/10.1364/OPTICA.393537).

1. FABRICATION

P-i-n waveguide photodetectors with lateral silicon-germanium-silicon (Si-Ge-Si) heterojunctions were fabricated in CEA-LETI's cleanroom facilities on a fully integrated nanophotonic platform using 200 mm silicon-on-insulator (SOI) wafers and standard complementary metal-oxide-semiconductor tools and processes. The SOI substrates consisted in 0.22 µm thick silicon (Si) layers on top of 2 µm thick buried oxide (BOX) layers. At first, passive nanophotonic components and devices, such as interconnecting waveguides and fiber-to-chip surface grating couplers, were fabricated with 193 nm deep-ultraviolet (deep-UV) optical lithography and dry etching. Afterwards, thermal oxidation of about ~0.01 µm was used to have a silicon dioxide (SiO₂) cap layer prior to ion implantation. p-type and n-type Si regions were obtained by boron (B) and phosphorous (P) ion implantation. The concentration of dopants in p-type and n-type regions were in excess of 10^19 at/cm³, the same as used for p++ and n++ contacts in Si-based optical modulators. An 0.80 µm thick oxide cladding was deposited on top prior to cavity patterning. The oxide cladding was completely etched down to the Si surface, followed by Si layer patterning and deep-rib waveguide etching to form cavities with ~0.06 µm Si floors just above the BOX. A more than a 1µm thick Ge layer was selectively grown inside those cavities with germane (GeH₄). After the 450°C growth of a Ge seed, the temperature was ramped up to 750°C and the remainder of the Ge layer grown in a reduced pressure-chemical vapor deposition (RP-CVD) chamber, followed by a 1-hour-long H₂ annealing at 750°C to heal defects. A chemical mechanical polishing (CMP) process was used to reduce the Ge thickness down to ~0.26 µm and recover a flat surface. A few micrometers thick oxide cladding was then deposited for Ge passivation and insulation. 0.40 µm × 0.40 µm vias were sub-sequently patterned and etched down to the Si doped regions. Ni-based silicidation was then conducted to improve contact access resistance. At the end, Ti/TiN/W stacks were used as metal plugs. Electrodes consisted of a patterned AlCu layer.
Large-signal data link measurements

The high-speed operation of the Si-Ge-Si photodetectors was studied through large-signal measurements. These experiments consisted of eye-diagram acquisitions and input power sensitivity assessments with a bit-error-rate (BER) testing. Data were transmitted in a non-return-to-zero (NRZ) format with an on-off keying (OOK) modulation. The pseudo-random-binary-sequence (PRBS) pattern of length $2^7 - 1$ was used for transmission bit rates of 32 Gbps and 40 Gbps, respectively. The data rate limit of the pattern generator was 40 Gbps. Tests beyond this bit rate were thus not performed. The distributed feedback laser emitting at a wavelength of 1.55 µm was modulated with an external modulator, followed by an optical amplification with an erbium-doped fiber amplifier (EDFA), an optical filter to lower the spontaneous emission noise and a fibered coupler. One output of the coupler was attached to the 60 GHz photodiode of an oscilloscope to display the modulated input signal as a reference. The other output of the coupler was transmitted into the device via an optical attenuator and an in-line optical power meter to control the power level. The input light polarization was controlled to maximize the transmission of the quasi-TE waveguide mode and optimize the signal intensity. The modulated optical signal was launched from the optical fiber into the silicon chip thanks to a focusing surface grating coupler, followed by on-chip detection in the Si-Ge-Si photodetector. Detection was performed without the use of an integrated trans-impedance amplifier or limiting amplifiers. Electrical data were collected through the RF test set-up by applying the reverse bias to the photodetector with the use of a RF probe connected to a bias-tee. Data were directly sent from the RF bias-tee output to a high-speed sampling oscilloscope, giving re-constructed eye diagrams at desired data rate. BER assessments were performed by inserting an external 38 GHz broadband electrical amplifier between the RF bias-tee output and the BER detection module. The minimum level requirement was 100 mV peak-to-peak signal voltage to have credible BER measurements.

3. APD SENSITIVITY ESTIMATION

The sensitivity of our silicon-germanium-silicon avalanche photodetector can be estimated using the theoretical framework adapted from Ref. [1]. Receiver sensitivity corresponds to the minimal power, for which optical signal can be detected for a specified BER threshold and this can be calculated from the signal quality factor $Q$, conventionally defined as:

$$Q = \frac{I_1 - I_0}{\sigma_1 + \sigma_0}$$  \hspace{1cm} (S1)

where $I_1$ and $I_0$ are signal amplitudes for "1" and "0" and $\sigma_1$ and $\sigma_0$ are respective root-mean-square (RMS) noise variances at bits "1" and "0", respectively. In addition, we assume that the "0" bits do not carry the optical power, and thus $P_0 = I_0 = 0$. The optical power is only carried for "1" bits, yielding (for a signal amplitude under an avalanche multiplication gain):
\[ I_i = 2GRP_r \]  \hspace{1cm} (S2)

where, \( P_r \) is the minimum optical power for the receiver, i.e. photo-receiver sensitivity we target to estimate.

The RMS noise variances \( \sigma_1 \) and \( \sigma_0 \) can be expressed as follows:

\[ \sigma_1^2 = \sigma_s^2 + \sigma_d^2 + \sigma_i^2 \]
\[ \sigma_0^2 = \sigma_d^2 + \sigma_i^2 \]  \hspace{1cm} (S3)

where \( \sigma_s \) is the signal level noise variance, \( \sigma_d \) is the dark-current noise variance and \( \sigma_i \) corresponds to the thermal noise variance, respectively. They are expressed in following way:

\[ \sigma_s^2 = 2q \left( G^2 \right) F(2RP_r)\Delta f \]
\[ \sigma_d^2 = 2q \left( G^2 \right) FI_d\Delta f \]  \hspace{1cm} (S4)
\[ \sigma_i^2 = \left( \frac{4k_B T}{R_s} \right) F_n\Delta f \]

Here, \( q \) is the electron charge \((q = 1.60217662\times 10^{-19} \text{ C})\), \( F \) is the avalanche excess noise factor \((F = \sim 0.25)\), \( \Delta f \) is the photo-receiver bandwidth for a non-return-to-zero bit stream \((\Delta f = BR/2\), where \( BR \) is the transmission bit rate, here 40 Gbps\), \( G \) is the avalanche multiplication gain, \( R \) is the reference device photo-responsivity \((R = 0.49\text{A/W})\), \( I_d \) is the dark-current \((I_d = 1 \mu \text{A}; 10 \mu \text{A}; \text{and} 100 \mu \text{A})\), \( k_B \) is the Boltzmann constant \((k_B = 1.38064852 \times 10^{-23} \text{ m}^2\text{kg}^2\text{s}^{-2}\text{K}^{-1})\), \( T \) is the temperature \((T = 293 \text{ K})\), \( R_s \) is the load resistance \((R_s = 50 \Omega)\), and \( F_n \) is the noise figure of the photo-receiver amplifier \((F_n = 2)\).

Combing Equations S1 - S4, we can express the \( Q \) factor as follows:

\[
Q = \frac{2GRP_r}{\sqrt{2q \left( G^2 \right) F(2RP_r)\Delta f + 2q \left( G^2 \right) FI_d\Delta f + \left( \frac{4k_B T}{R_s} \right) F_n\Delta f + \sqrt{\left( \frac{4k_B T}{R_s} \right) F_n\Delta f + \left( \frac{4k_B T}{R_s} \right) F_n\Delta f}}}
\]  \hspace{1cm} (S5)

In order to achieve a desired BER of \( 10^{-9} \), the \( Q \) parameter equals 6. Solving the Equation S5 for minimum optical power \( P_r \), we can estimate the optical power sensitivity of an avalanche photo-receiver.

The estimated sensitivity of a hetero-structured silicon-germanium-silicon receiver as a function of an avalanche multiplication gain is shown in Fig. S2 for different dark-current levels of 1 \( \mu \text{A}, 10 \mu \text{A}, \text{and} 100 \mu \text{A}\).